Effect of mineral additives (natural pozzolana and sand of dunes) by substitution of cement on the performance and durability of mortars

M Saidi, B Safi

Research Unit: Materials, Processes and Environment (UR/MPE), University of Boumerdes, Algeria

E-mail: saidimouh@yahoo.fr, safi_b73@umbb.dz

Abstract. The objective of our work consists of the study of the substitution effects of clinker by mineral additions such as: natural pozzolana (PZ) and the sand of dunes (SD) finely crushed on the mechanical properties and the durability of the mortars worked out according to various combinations containing these additions. The results from this research confirm that the substitution of 20% to 30% of cement APC (Artificial Portland Cement) by additions in binary cement (APC + PZ) or ternary (APC + PZ + SD) contributes positively to the mechanical strength of mortars and resistance to the chemical attacks in various corrosive conditions such as: hydrochloric acid, sulfuric acid and nitric acid.

The mechanical strength of the different variants is comparable to those of the APC. The test results of the weight loss and phenolphthalein shows that the chemical resistance of variants (PZ20) and (PZ20 with SD5) are larger compared to the reference mortar APC and other variants.

This study shows that adding value by substituting a part of clinker. This substitution can save 20% to 30% of clinker used for the manufacture of cement; this will have a beneficial effect for cement and economically (less energy spent for the clinker burning).

This study contributes to the protection of the environment as to produce one ton of clinker generates about one ton of CO₂ is harmful to the atmosphere. Based on our results we will reduce from 20% to 30% CO₂ gas responsible for the greenhouse effect.

1. Introduction

The cement is required for the manufacture of concrete [1-2]. In terms of energy needed for its production, cement ranks third all materials, second only to steel and aluminum. According to some studies, the production of one ton of cement generates about one ton of CO₂. It is responsible for about 5 % of the emissions of this gas on the planet. This situation should be taken seriously because the concrete is expected to play a role increasingly important in the development and maintenance of human activity. Minimizing the removal of these industrial waste and reduction in resource demand usually has duration of longer than concrete “traditional” life. In addition to providing a very high durability, the ternary cement allows the concrete to be much more impervious to chemical attack [3-4]. Another advantage is that it allows the concrete to continue its mechanical performance even after the normal curing period of 28 days, which is why it is used for construction projects to be particularly durable, such as roads, bridges, tunnels, viaducts, dams and oil platforms [5-6-7-8]. The design of concrete is extremely related to the environment in which it will be exposed during the lifetime of a
structure. Certain ions in an aqueous environment can be detrimental to the hydrated cement and consequently to the integrity of the concrete material [9-10-11].

The first part of this work is devoted to the development of mortars with additions (pozzolana and dune sand finely crushed) by substituting clinker with different percentages. The second part consists in the characterization of different mortars developed. And finally the third part, we are interested to study the durability of these mortars in various aggressive environments [12-13-14-15].

2. Experimental study
In order to demonstrate the influence of mineral additives on the performance and durability of mortars made based Portland cement with mineral additions (pozzolana and dune sand).

2.1. Materials used
Artificial Portland cement (APC); Washed river sand; Sand of dunes and Pozzolana

2.2. Formulation mortars and Confection specimens
We used prismatic specimens 4 x 4 x 16 cm³ according to standard NF EN 196-1 for testing mechanical strength and durability.

- With binary cements: APC + Pouzzolana (PZ) with different percentages (Table1).

| Notation | % of PZ | APC (g) | PZ (g) | River Sand (g) | W/C | Number of test specimens |
|----------|---------|---------|--------|----------------|-----|-------------------------|
| APC      | 0%      | 450     | 0      | 1350           | 0,5 | 12                      |
| PZ10     | 10%     | 405     | 45     | 1350           | 0,5 | 12                      |
| PZ20     | 20%     | 360     | 90     | 1350           | 0,5 | 12                      |
| PZ30     | 30%     | 315     | 135    | 1350           | 0,5 | 12                      |

- With ternary cement: CPA + Pouzzolane (PZ) + sand dune (SD) with different percentages (Table2).

| Notation   | % of PZ | %SD | APC (g) | PZ (g) | SD (g) | River Sand (g) | W/C | Number of test specimens |
|------------|---------|-----|---------|--------|--------|----------------|-----|-------------------------|
| PZ₁₅SD₅   | 15%     | 5%  | 360     | 67,5   | 22,5   | 1350           | 0,5 | 06                      |
| PZ₂₀SD₁₀  | 20%     | 5%  | 337,5   | 90     | 22,5   | 1350           | 0,5 | 06                      |

2.3. Confection procedure
After mixing in the automatic mixer (CONTROLAB), test samples were made according to standard NF EN 196-1 in 4x4x16cm³ prismatic molds and mechanically compacted using a shock table (CONTROLAB) for 60 shocks applied for 60 seconds. Once leveled, the molds containing the samples are stored in the laboratory environment at a temperature of 20° ± 1°C and a relative humidity of about 55 ± 5%. The demolding is effected after a period of 24hours.

2.4. Durability of mortars
To characterize the chemical resistance, prismatic mortar specimens 4x4x16 cm³ crafted according to NF EN 196-1; demolded after 24 hours, the samples are stored in the open air laboratory at 20 ± 2°C until to 28 days. After 28 days, we proceeded to test different drying by baking (100-105°C) until constant weight (dry weight) before etching. These specimens were then immersed in different solutions to assess the sustainability of each mortar composition:
Solution of 5% hydrochloric acid (HCl) (PH=2)
- Solution of sulfuric acid (H₂SO₄) diluted to a (PH = 1.45)
- Solution of ammonium nitrate and nitric acid 5% (PH=2)

The attack due to chemicals specimens immersed in these solutions is evaluated according to ASTM C 267-96.

To assess the degree of degradation by calculating the mass loss of the specimens immersed in various aggressive environments according to time, we adopted the procedure below:

Each 7 days of attack and for a period of 28 days, the samples are cleaned with fresh water to remove the mortar removed altered, dried and stewed until the total elimination of absorbed moisture (the mass becomes constant) at a temperature of 105 °C. The degree of degradation is evaluated by the following formula loss weight:

\[
\text{Mass loss (\%)} = \left(\frac{M_1 - M_2}{M_1}\right) \times 100
\]

With:
- \(M_1\): dry mass of the specimens before immersion
- \(M_2\): dry mass of the specimens after immersion

3. Results and discussions

3.1. Mechanical properties of mortars

The following table presents the results of mechanical strength of test pieces made up of different combinations.

The figure shows the effect of substitutions additions rate used on the flexural and compressive strengths of mortars and 7 to 28 days. From this figure we note that the flexural strengths of mortars made with different rates of substitutions pozzolana and sand of dunes are approximate but above resistance control (APC). At 28 days, the resistance has developed except the PZ30. In seven days we observe that the resistances of all mortars of different rates of substitution are approximate resistance mortar control (APC). At 28 days, the resistances are increased especially for mortar (PZ15 and SD5).

3.2. Mass loss in different aggressive environments

The following figure shows the histogram comparing weight loss among the three aggressive environments.
3.3. Determination of the degraded depth

The degraded depths were determined by staining assay with phenolphthalein indicator.

After staining phenolphthalein, one notices the pink color indicates that the basicity of the healthy part (not degraded), so we can determine the depth of degradation by using the measurement of the thickness with a caliper. According to our results, we note that the cement prepared with 20% substitution of pozzolana shows good resistance against the APC and the different variations, this is valid for 3 aggressive environments.

We note that our specimens immersed in various aggressive media for a period of 28 days undergo a much larger degradation in sulfuric acid solution and the depth is greater degradation. As against these specimens are more resistant to the hydrochloric acid solution and the thickness is degraded shallower. It was also noted that the specimens are more resistant (PZ20) and (PZ20 SD5) compared with controls (APC), this is consistent with the results of the resistance mechanically.

4. Conclusion

The study undertaken in this paper indicates that it is possible to exploit deposits of natural resources such as pozzolana and sand dunes to produce the binary and ternary cements in our country. These have compelling interests of technical, economic, environmental and sustainability point of view.
towards different chemical attacks. The experimental results conducted through this study allow drawing the following general conclusions:

- The mechanical strengths of the different variants are comparable to APC.
- The test results of the mass loss and phenolphthalein show that the chemical resistance of variants (PZ20) and (PZ20SD5) are larger compared to APC and other variants.
- This study adds value by replacing the addition of a portion of clinker.
- This substitution can save 20% to 30% of clinker used to manufacture cement; this will have a beneficial effect for cement economic (less energy spent for the clinker burning).
- This study contributes to the protection of the environment as to produce 1 ton of clinker generates about 1 ton of CO2 is harmful to the atmosphere. Based on our findings we will reduce from 20% to 30% CO2 gas responsible for the greenhouse effect.

References

[1] Baron, J.; Olivier, J.P. et Weiss, J.C. 1997 « Les ciments courants » - « Les bétons, bases et données pour leur formulation » - Edition Eyrolles.
[2] livre : « le ciment et ses application » - école Anglet Cantau (EDC matériaux) - 2006.
[3] D'Achoura, D., LANOS, Ch., Jauberthie, R. et Redjel, B. 2004 Journal Physique IV France 118 159
[4] Yeginovali, A and Dilek, F. T. 1995 “Sulfate resistance of mortars containing silica fume as evaluated by different methods ” Fly Ash, Silca Fume, Slag and Natural Pouzzolans Concrete, Proceedings, Fifth International Conference, Milwaukee, Wisconsin, USA - Vol 2, pp 795-813.
[5] Turanli, L; Uzal, B; Bektas, F. 2004 “Effect of large amounts pozzolana addition on properties of blended cement” Cement and Concrete Research.
[6] Lee, S. T; Moun, H. Y; Swamy R. N. 2005 Cement & Concrete Composites 27 65
[7] Mangat, P.S. and Khatib, J. 1995 ACI Materials Journal 92 587
[8] Le Bellégo, C., Gérard, B. et Pijaudier-Cabot, G. 2001 Mechanical analysis of concrete structures submitted to an aggressive water. Fracture Mechanics of Concrete Structures. Edited by D. B. E AL. R. Swets and Zeitlinger, Lisse, pp. 239-246.
[9] Sebsadj, S. 2005 Les dégradations dans les ouvrages en béton armée : causes et prévention. Colloque CREDIMAT.
[10] Leroux, A. Orsetti, S. 2000 “ les réactions sulfatiques : conditions de formation, structure et expansion des minéraux secondaires sulfatés ” Bulletin de liaison des Laboratoires Centrales des Ponts et Chaussées, N° 225, Réf 4316, pp 41-50 Mars-Avril.
[11] Janotka, I and Krajci, L. 2000 “Utilization of natural Zeolite in Portland Pozzolana cement of increased sulphate resistance” In"Durability of Concrete Proceedings "Fifth International Conference, Barcelona, Spain-Vol I, pp 223-236.
[12] Ramezanianpour, A. K. 1987 « Engineering properties and morphology of pouzzolanic cement concrete», PhD Thesis, University of Leeds, 310 pages-April.
[13] Roy, D. M; Arjunan, P & Silsbee, M. R 2001 Cement and Concrete Research 2 1809
[14] Mansour, S. 2003 “ Etude des propriétés des mortiers et bétons à base de ciments ternaires ” Mémoire de Magister – Université SAAD DAHLEB – BLIDA.
[15] Senhadji, Y 2006 “ L’influence de la nature du ciment sur le comportement de mortiers vis-à-vis des attaques chimiques (acides et sulfatiques) ” Mémoire de Magister – I.G.C.M.O – ORAN